Bilayer graphene encapsulated within monolayers of WS$_2$ or Cr$_2$Ge$_2$Te$_6$: Tunable proximity spin-orbit or exchange coupling

Klaus Zollner$^1$ and Jaroslav Fabian$^1$

$^1$Institute for Theoretical Physics, University of Regensburg, 93053 Regensburg, Germany
(Dated: March 30, 2021)

Van der Waals (vdW) heterostructures consisting of bilayer graphene (BLG) encapsulated within monolayers of strong spin-orbit semiconductor WS$_2$ or ferromagnetic semiconductor Cr$_2$Ge$_2$Te$_6$ (CGT), are investigated. By performing realistic first-principles calculations we capture the essential BLG band structure features, including layer- and sublattice-resolved proximity spin-orbit or exchange couplings. For different relative twist angles (0 or 60°) of the WS$_2$ layers, and the magnetizations (parallel or antiparallel) of the CGT layers, with respect to BLG, the low energy bands are found and characterized by a series of fit parameters of model Hamiltonians. These effective models are then employed to investigate the tunability of the relevant energy dispersions by a gate field. For WS$_2$/BLG/WS$_2$ encapsulation we find that twisting allows to turn off the spin splittings away from the $K$ points, due to opposite proximity-induced valley-Zeeman couplings in the two sheets of BLG. Close to the $K$ points the electron spins are polarized out of the plane. This polarization can be flipped by applying a gate field. For magnetic CGT/BLG/CGT structures, we realize the recently proposed spin-valve effect, whereby a gap opens for antiparallel magnetizations of the CGT layers. Furthermore, we find that for the antiferromagnetic orientation the electron states away from $K$ have vanishingly weak proximity exchange, while the states close to $K$ remain spin polarized in the presence of an electric field. The induced magnetization can be flipped by changing the gate field. These findings should be useful for spin transport, spin filtering, and spin relaxation anisotropy studies of BLG-based vdW heterostructures.

Keywords: spintronics, bilayer graphene, heterostructures, proximity spin-orbit coupling, proximity exchange

I. INTRODUCTION

Layered two-dimensional (2D) van der Waals (vdW) materials have become indispensable for exploring new functionalities in electronics and spintronics [1–2]. The fact that distinct 2D materials mutually influence each other in vdW heterostructures via proximity effects [3] has opened avenues for novel device designs at the nanoscale [4–6]. It has been shown that several interactions, such as superconductivity [7–8], magnetism [9–12], and spin-orbit coupling (SOC) [13–16], can be induced on demand, while simultaneously each individual layer maintains its characteristic properties. Moreover, these proximity-induced spin interactions can be further modulated by gating and twisting [11–17,22].

In this context, bilayer graphene (BLG) has emerged as a model playground for gate- and twist-tunable correlated physics [23–29] as well as for layer-dependent proximity-induced spin interactions [10, 30, 37]. Two sheets of graphene stacked at a small twist angle can become insulating, ferromagnetic [28], or superconducting [23–27] under certain filling factors of the Moiré Brillouin zone. By tuning the twist angle, one controls the interlayer coupling, thereby tailoring electronic and optical properties of BLG [28].

Also proximity effects can induce spin interactions in BLG. As theoretically predicted by first-principles calculations [30] and recently confirmed via penetration field capacitance measurements [31] and mesoscopic transport [32], a transition-metal dichalcogenide (TMDC) in proximity to BLG strongly enhances the SOC of the adjacent graphene layer only. By applying a gate voltage, one can then fully electrically turn on and off the SOC of the BLG conduction electrons. Proximity effects even allow for swapping spin interactions (SOC and exchange) in ex-sotic vdW structures, such as BLG encapsulated between a ferromagnetic and a strong spin-orbit layer [32]. Such a "bottom-up" approach to vdW engineering, building more complex structures beyond bilayers, is just starting to reveal its enormous potential for tailoring charge, spin, and optical properties of 2D materials.

In this work, we consider BLG encapsulated either by monolayers of the strong spin-orbit semiconductor WS$_2$ or by monolayers of the ferromagnetic semiconductor Cr$_2$Ge$_2$Te$_6$ (CGT). In such vdW heterostructures, BLG preserves a great degree of autonomy of its electronic structure, but both graphene layers experience proximity effects (SOC by WS$_2$ or exchange coupling by CGT). In the case of WS$_2$ encapsulation, and when all layers are perfectly aligned (0° twist angle), we find that the induced SOC is of valley-Zeeman type ($\lambda_I^A \approx -\lambda_I^B \approx 1$ meV) and the same for both graphene layers. By twisting the top WS$_2$ layer by 60°, with respect to the underlying BLG/WS$_2$ structure, the valley-Zeeman SOC of the top graphene layer switches sign ($\lambda_I^A \rightarrow -\lambda_I^A$, $\lambda_I^B \rightarrow -\lambda_I^B$). Rotating the top WS$_2$ layer by 60°, we effectively switch the A and B sublattice of the underlying graphene layer. This has dramatic consequences for the low energy bands of the WS$_2$ encapsulated BLG, under zero external transverse electric field. The bands

---

*$\text{klaus.zollner@physik.uni-regensburg.de}$
FIG. 1. Geometries of the encapsulated BLG heterostructures. Left: WS$_2$ encapsulated BLG, Right: CGT encapsulated BLG. The relaxed interlayer distances are also indicated.

are spin-split, gapless, and $s_z$ spin-polarized for 0° twist angle, while for 60°, they remain nearly unsplit and exhibit a band gap. The reason is the sublattice- and layer-polarized low energy band structure of BLG in combination with the short-range and layer-resolved proximity-induced valley-Zeeman SOC, that can be controlled by the twist angle.

Similarly, when BLG is encapsulated within two CGT monolayers, their individual magnetizations control the sign of the proximity-induced exchange coupling in the corresponding graphene layer. When both CGT layers have parallel magnetization, both graphene layers experience similar and uniform proximity exchange ($\lambda_{\text{ex}}^A \approx \lambda_{\text{ex}}^B \approx -3.5$ meV). By switching the magnetization direction of the top CGT layer, the proximity-induced exchange coupling of the adjacent graphene layer switches sign ($\lambda_{\text{ex}}^A \rightarrow -\lambda_{\text{ex}}^A, \lambda_{\text{ex}}^B \rightarrow -\lambda_{\text{ex}}^B$). Similar to before, the consequence for the BLG is that we can turn on and off its conductance by tuning the layer-resolved proximity exchange coupling at zero external transverse electric field. This realizes the recently proposed spin-valve vdW heterostructure [36]. A finite electric field can be used to tune the band gap, as well as spin and charge transport properties.

II. COMPUTATIONAL DETAILS AND GEOMETRY

In the following we consider BLG in Bernal stacking, which is encapsulated within two layers of WS$_2$ or CGT, see Fig. 1. Initial atomic structures are set up with the atomic simulation environment (ASE) [39] and visualized with VESTA software [40]. For the first-principles calculations we use $5 \times 5$ supercells of BLG, $\sqrt{3} \times \sqrt{3}$ CGT supercells, and $4 \times 4$ supercells of WS$_2$. In the case of WS$_2$ encapsulation, we stretch the lattice constant of BLG by roughly 2% from 2.46 Å to 2.5 Å and the WS$_2$ lattice constant is compressed by about 1% from 3.153 Å [41] to 3.125 Å. In the case of CGT encapsulation, we keep the lattice constant of graphene unchanged at $a = 2.46$ Å and stretch the CGT lattice constant by roughly 4% from 6.8275 Å [42] to 7.1014 Å.

The electronic structure calculations and structural relaxations of the BLG-based heterostructures are performed by density functional theory (DFT) [43] with Quantum ESPRESSO [44]. Self-consistent calculations are performed with the $k$-point sampling of $12 \times 12 \times 1$ ($9 \times 9 \times 1$) in the case of CGT (WS$_2$) encapsulation to get converged results for the proximity-induced exchange (SOC). We use an energy cutoff for the charge density of 500 Ry, and the kinetic energy cutoff for wave-functions is 60 Ry for the scalar relativistic pseudopotentials with the projector augmented wave method [45] with the Perdew-Burke-Ernzerhof exchange correlation functional [46]. In the case of CGT encapsulation, we perform open shell calculations that provide the spin-polarized ground state and proximity exchange coupling. In addition, a Hubbard parameter of $U = 1$ eV is used for Cr $d$-orbitals, similar to recent calculations [10] [47]. In the case of WS$_2$ encapsulation, we use the relativistic versions of the pseudopotentials, to capture (proximity) SOC effects.

For the relaxation of the heterostructures, we add vdW corrections [48, 49] and use quasi-newton algorithm based on trust radius procedure. Dipole corrections [50] are also included to get correct band offsets and internal electric fields. In order to simulate quasi-2D systems,
we add a vacuum of 20 Å, to avoid interactions between periodic images in our slab geometries. Only the WS₂/BLG/WS₂ structure with 0° twist angles, as well as the CGT/BLG/CGT structure with parallel magnetizations, are relaxed. To determine the interlayer distances, the atoms of BLG and WS₂ are allowed to relax only in their z positions (vertical to the layers), and the atoms of CGT are allowed to move in all directions, until all components of all forces are reduced below \(10^{-3} \text{ [Ry/ao]}\), where \(a_0\) is the Bohr radius. When we then twist the top WS₂ layer by 60°, or flip the magnetization of the top CGT layer, no further structural relaxation is performed.

The obtained interlayer distances are summarized in Fig. 1 and are similar to previous reports [10, 30]. Since we have assumed perfectly aligned individual layers, the full heterostructures still have \(C_3\) symmetry after relaxation. In addition, the relaxed structures are nearly, but not fully symmetric regarding interlayer distances. The reason is that the precise atomic registry (stacking) of top and bottom encapsulation layer, with respect to their corresponding graphene sheet, are not exactly the same.

### III. MODEL HAMILTONIAN

Here we present the Hamiltonian used to model the low energy bands of the encapsulated BLG structures. The basis states are \(|C_{A1, \uparrow}\rangle, |C_{A1, \downarrow}\rangle, |C_{B1, \uparrow}\rangle, |C_{B1, \downarrow}\rangle, |C_{A2, \uparrow}\rangle, |C_{A2, \downarrow}\rangle, |C_{B2, \uparrow}\rangle, \text{and } |C_{B2, \downarrow}\rangle\). In this basis the Hamiltonian is (see also Refs. [32] and [51])

\[
\mathcal{H} = \mathcal{H}_{\text{orb}} + \mathcal{H}_{\text{soc}} + \mathcal{H}_{\text{ex}} + \mathcal{H}_{R} + E_D, \tag{1}
\]

\[
\mathcal{H}_{\text{orb}} = \begin{pmatrix}
\Delta + V & \gamma_0 f(k) & \gamma_4 f^*(k) & \gamma_1 \\
\gamma_0 f(k) & V & \gamma_3 f(k) & \gamma_4 f^*(k) \\
\gamma_4 f(k) & \gamma_3 f^*(k) & -V & \gamma_0 f(k) \\
\gamma_1 & \gamma_4 f(k) & \gamma_0 f^*(k) & -\Delta - V
\end{pmatrix} \otimes s_0, \tag{2}
\]

\[
\mathcal{H}_{\text{soc}} + \mathcal{H}_{\text{ex}} + \mathcal{H}_{R} = \begin{pmatrix}
(\tau \lambda_{A1} - \lambda_{\text{ex}}) s_z & i(\lambda_0 + 2\lambda_R) s_z^- & 0 & 0 \\
-i(\lambda_0 + 2\lambda_R) s_z^+ & (-\tau \lambda_{B1} - \lambda_{\text{ex}}) s_z & 0 & 0 \\
0 & 0 & 0 & 0 \\
0 & 0 & i(\lambda_0 - 2\lambda_R) s_z^+ & (-\tau \lambda_{B2} - \lambda_{\text{ex}}) s_z
\end{pmatrix}. \tag{3}
\]

### IV. BAND STRUCTURE, FIT RESULTS, AND GATE TUNABILITY

#### A. WS₂ encapsulated BLG

The first case that we address is the WS₂ encapsulated BLG. Here, SOC is included in the calculation, since we are interested in proximity-induced SOC effects, that are present in both graphene layers. The calculated band structure is shown in Fig. 2(a). The dispersion features four \(s_z\)-polarized parabolic bands near the Fermi level, that originate from BLG and which are located within the band gaps of top and bottom TMDCs. Because the layers interact via weak vdW forces, the dispersion of BLG stays perfectly intact.

Zooming in to the relevant low energy bands, see Fig. 2(b), we find perfect agreement of the first-principles calculation results with the model Hamiltonian. The fit parameters are summarized in Table 1. We know from previous calculations [10, 30, 32], that a substrate below BLG induces a dipole field in BLG, similarly to an external electric field. In both cases, a band gap will open in the low energy dispersion. Here, the WS₂ encapsulated structure is roughly \(z\)-mirror symmetric, and nearly no dipole field is present. Hence, the orbital band gap is
FIG. 2. (a) Band structure of WS$_2$ encapsulated BLG along the $M-K-\Gamma$ path. The color of the bands corresponds to the $s_z$ spin expectation value. In the inset, we schematically illustrate the heterostructure, where both WS$_2$ layers have $0^\circ$ twist angle with respect to BLG. (b) Zoom to the calculated low energy bands (symbols) around the $\mathbf{K}$ point, corresponding to the band structure in (a), with a fit to the model Hamiltonian (solid lines). (c,d) Same as (a,b) but when the top WS$_2$ layer is rotated by $60^\circ$ twist angle with respect to the remaining BLG/WS$_2$ structure, as schematically illustrated in (c).

closed. In addition, both graphene layers experience the same amount of proximity-induced valley-Zeeman type SOC, see Table I.

What happens if we now rotate the upper WS$_2$ layer by $60^\circ$? We will still have a fully C$_3$ symmetric heterostructure, but the layer alignment changes (remember also that we do not again relax the heterostructure after twisting). The most drastic consequence is in reciprocal space. We know that the valley-Zeeman SOC is connected to the spin-valley locking in the TMDC. When all layers are aligned ($0^\circ$ twist angles), the $K$ and $K'$ points of the individual Brillouin zones are also aligned and both graphene layers are equally proximitized. However, when the top WS$_2$ layer is rotated by $60^\circ$, the $K$ point of the BLG/WS$_2$ substrate couples now to the $K'$ point of the top WS$_2$ layer, and vice versa. Regarding experiment, there are now techniques to stack the layers under well controlled twist angles $[38, 52]$. We want to know, what is the consequence for the low energy BLG bands?

In Fig. 2(c) we show the global band structure for the $60^\circ$ scenario. Overall, the dispersion is nearly the same as before, but the BLG bands are only $s_z$-polarized near the $K$ point. Away from the $K$ point, bands show an in-plane spin polarization (they appear gray in our color scale). In addition, if we zoom in to the fine structure, see Fig. 2(d), we find that the low energy bands are nearly unsplit away from the $K$ point. The reason is that the low energy bands are formed by non-dimer atoms $C_{B1}$ and $C_{A2}$ from the individual graphene layers $[51, 53]$, now experiencing Rashba and opposite valley-Zeeman SOC, see the fit parameters in Table I. At the $K$ point, the bands have a clear sublattice and layer character because of the small intrinsic dipole field. The band splittings and polarizations are dominated by the intrinsic SOC parameters. Therefore, bands are split and $s_z$-polarized.

However, away from the $K$ point the bands are formed equally by non-dimer atoms, having opposite valley-Zeeman couplings, effectually cancelling each other. Hence, bands are nearly unsplit and start to get in-plane polarized due to the small but finite Rashba SOC, dominating the band polarizations. Again, we find perfect agreement of the first-principles calculation results with the model Hamiltonian, see Fig. 2(d), employing the fit parameters in Table I. The vanishing of the valley-Zeeman coupling for states away from the $K$ point is expected to decrease the spin relaxation anisotropy (spin lifetime ratio of out-of-plane to in-plane spins) to 50%, characteristic for (residual) Rashba interactions only, deviating from the giant anisotropies predicted for large valley-Zeeman splittings $[54]$. The gate field should then restore the giant anisotropies (10-100), by introducing valley-Zeeman couplings via layer polarization.

B. CGT encapsulated BLG

Now, we consider CGT encapsulated BLG. Here, SOC is switched off in the calculation, because we are interested in bare proximity exchange parameters. In addition, we know that proximity SOC in graphene from CGT is small compared to its proximity exchange $[55]$. Also in this case, both graphene layers are getting proximitized, and the valence and conduction band of BLG are spin split. Depending on the magnetization directions of the two individual CGT layers, different low energy band structures can be realized. Our results show that in the ferromagnetic configuration, where the magnetizations of both CGT layers point along the $z$ direction, both graphene layers are getting equally proximitized, see Fig. 3(a,b). This is especially reflected in the model exchange parameters, $\lambda_{\text{ex}}$, in Table I which are equal in sign and magnitude for all $C$ sublattice atoms. Again, the CGT/BLG/CYT sandwich structure is more or less $\mathbf{z}$-mirror symmetric and the built-in dipole field is al-
FIG. 3. (a) Band structure of CGT encapsulated BLG along the $M - K - \Gamma$ path. Bands in red (blue) correspond to spin up (spin down). In the inset, we schematically illustrate the heterostructure, where both CGT layers have parallel magnetization (red arrows), pointing along the $z$ direction. (b) Zoom to the calculated low energy bands (symbols) around the $K$ point, corresponding to the band structure in (a), with a fit to the model Hamiltonian (solid lines). (c,d) Same as (a,b) but for antiparallel magnetization of the two CGT layers [bottom layer along $z$, top layer along $-z$, as schematically illustrated in (c)].

TABLE I. The fit parameters of the model Hamiltonian $\mathcal{H}$ for the WS$_2$ and the CGT encapsulated BLG structures. For the WS$_2$ encapsulation, we consider the top WS$_2$ layer to be twisted by either $0^\circ$ or $60^\circ$. In the case of CGT encapsulation, we consider parallel (P) or antiparallel (AP) magnetizations of the two CGT layers.

| system | WS$_2$ | WS$_2$ | CGT | CGT |
|--------|--------|--------|-----|-----|
|        | 0$^\circ$ | 60$^\circ$ |     |     |
| $\gamma_0$ [eV] | 2.444 | 2.444 | 2.519 | 2.524 |
| $\gamma_1$ [eV] | 0.395 | 0.395 | 0.387 | 0.387 |
| $\gamma_2$ [eV] | -0.288 | -0.288 | -0.296 | -0.295 |
| $\gamma_3$ [eV] | -0.170 | -0.170 | -0.189 | -0.189 |
| $\nu$ [meV] | -1.024 | -1.053 | -0.495 | -0.423 |
| $\Delta$ [meV] | 12.331 | 13.347 | 9.303 | 9.255 |
| $\lambda_0$ [meV] | 0 | 0 | 0 | 0 |
| $\lambda_9$ [meV] | 0.050 | 0.050 | 0 | 0 |
| $\lambda_1^{11}$ [meV] | 1.039 | 1.006 | 0 | 0 |
| $\lambda_1^{12}$ [meV] | -1.067 | -0.901 | 0 | 0 |
| $\lambda_2^{11}$ [meV] | 1.039 | -0.802 | 0 | 0 |
| $\lambda_2^{12}$ [meV] | -1.067 | 1.088 | 0 | 0 |
| $\lambda_3^{11}$ [meV] | 0 | 0 | -3.447 | -3.254 |
| $\lambda_3^{12}$ [meV] | 0 | 0 | -3.625 | -3.460 |
| $\lambda_4^{11}$ [meV] | 0 | 0 | -3.447 | 3.254 |
| $\lambda_4^{12}$ [meV] | 0 | 0 | -3.625 | 3.460 |
| $E_0$ [meV] | 2.815 | 1.928 | 0.987 | 1.051 |
| dipole [debye] | 0.020 | 0.037 | 0.051 | 0.054 |

most zero. Consequently, the orbital band gap of BLG is closed, see Fig. 3(b), which is reflected in the small potential parameter $V$.

For the antiferromagnetic configuration, in which the magnetization of the bottom (top) CGT layer points along the $z$ ($-z$) direction, proximity exchange effects are still present, but the sign of the exchange coupling for the top graphene layer changes. Consequently, the spin splitting will be of similar magnitude, but of opposite sign, as also reflected in the fitted parameters in Table I. Since we have switched the magnetization of one CGT layer, the global band structure is still similar to the ferromagnetic case, compare Fig. 3(a) and Fig. 3(c), but the bands corresponding to the upper CGT layer have switched their spin polarization. Most remarkably, the fine structure near the $K$ point reveals a sizable band gap of about 5 meV, such that no bands cross the Fermi level, see Fig. 3(d). In this case, it is not an intrinsic dipole field that is responsible for the gap opening, but rather the unique sublattice- and layer-polarized low energy band structure of BLG itself, being subject to layered antiferromagnetic proximity exchange.

Our CGT/BLG/CGT geometry is similar to the recently proposed CrI$_3$/BLG/CrI$_3$ spin-valve heterostructure [39], in which the in-plane conductance can be controlled by switching the magnetic configuration. Indeed, the spin-split low energy bands cross the Fermi level and the system is conductive in the ferromagnetic case, see Fig. 3(b), while in the antiferromagnetic case, see Fig. 3(d), no bands cross the Fermi level and the system is insulating. The advantage of our presented structure is that only the bands of the proximitized BLG are present at the Fermi level, while for the CrI$_3$/BLG/CrI$_3$ structure also bands originating from the CrI$_3$ layers reside near the Fermi level [39].

We want to point out that this switching mechanism works for our symmetrical heterostructures, because $V \approx 0$ at zero external electric field. In experiment, when BLG is asymmetrically encapsulated, e. g., with some additional substrate material, one needs to
tune the total electric field (built-in plus external) such that \( V \approx 0 \).

### C. Gate tunable low energy bands

We now turn to the gate tunability of the low energy bands. As we know, an external electric field can be used to tune the band gap of BLG [10, 30, 52, 54]. We exploit the model Hamiltonian, along with the zero external field parameters, listed in Table 1 to calculate the electric field behavior. We do not perform any additional first-principles calculations here. From previous results [52], we know that the electric field behavior can be modelled realistically by tuning the parameter \( V \) only. For the model calculations, we also set the Dirac point energy \( E_D = 0 \), since doping effects seem not to play a role, as the above first-principles results show.

We restrict ourselves to three relevant cases, \( V = -5 \), 0, and 5 meV, corresponding to external electric fields of about 0.75, 0, and \(-0.75 \) V/nm. A particularly interesting case is, when \( V = 0 \), i.e., both graphene layers are at the same potential, equally contributing to the low energy bands at the \( K \) point. In our heterostructure calculations, a small asymmetry in the interlayer distances remains from the relaxation, leading to a finite intrinsic dipole and \( V \neq 0 \), see Table 1.

In Fig. 4 we summarize the model calculation results, when employing an external electric field, for WS\(_2\) encapsulated BLG. For the 0° twist angle and zero electric field (\( V = 0 \)), we find that the low energy bands are equally split, \( s_z \) polarized and cross the Fermi level, similar to Fig. 2(b). When an electric field is applied (\( V \neq 0 \)), a band gap opens. Independent of the field direction, the low energy bands are the same, since both graphene layers experience the same valley-Zeeman SOC. For the 60° twist angle and zero electric field, the bands exhibit a gap and remain nearly unsplit. The origin is that the individual valley-Zeeman SOCs from the two graphene layers are now almost opposite, nearly cancelling each other. A finite electric field opens the band gap, just as before. But now, depending on the field direction, the polarization of the two innermost bands can be switched, important for spin-filtering purposes.

In Fig. 5, we summarize the model calculation results, when employing an external electric field, for CGT encapsulated BLG. In the ferromagnetic case, the low energy bands can be tuned symmetrically with the field, independent of the field direction, see Fig. 5(a). The reason
is, that both graphene layers experience equal proximity effects. This is also, why at zero field, the bands remain split. In strong contrast, in the antiferromagnetic case, and at zero field, the bands are also formed equally by both graphene layers, but with opposite sign of proximity exchange. The couplings effectively cancel each other and bands remain nearly unsplit. Because of this layered antiferromagnetic proximity exchange, switching between positive and negative electric field allows to flip the spin-polarization of the two low energy bands, closest to the Fermi level. Consequently, the relative magnetization of the two CGT layers can be used to turn on and off the in-plane conductance at zero external field. In the antiferromagnetic case, an external electric field can be used to control spin filtering.

**V. SUMMARY**

In summary, we have calculated the electronic structure of WS$_2$ or CGT encapsulated BLG from first principles. By employing a model Hamiltonian, we were able to reproduce the relevant low energy bands of BLG using suitable fit parameters. The gate tunability of the bands was studied on a model level. Depending on the encapsulation material, either valley-Zeeman SOC or exchange coupling is induced in both graphene layers. Depending on the twist angle (magnetization direction) of one WS$_2$ (CGT) layer with respect to the remaining heterostructure, the corresponding proximity-induced valley-Zeeman SOC (exchange coupling) in the adjacent graphene layer can be switched in sign. These tunable layer-resolved proximity effects in combination with the unique sublattice character of the BLG low energy bands, allows to turn on and off the in-plane conductance at zero external electric field. A finite electric field can be used to further tailor the spin and charge transport properties.

**ACKNOWLEDGMENTS**

This work was funded by the Deutsche Forschungsgemeinschaft (DFG, German Research Foundation) SFB 1277 (Project-ID 314695032), SPP 2244, and the European Unions Horizon 2020 research and innovation program under Grant No. 785219.

[1] Wei Han, Roland K Kawakami, Martin Gmitra, and Jaroslav Fabian, “Graphene spintronics,” Nat. Nanotechnol. 9, 794 (2014).
[2] Jaroslav Fabian, Alex Matos-Abiague, Christian Ertler, Peter Stano, and Igor Zutic, “Semiconductor spintronics,” Acta Phys. Slov. 57, 565 (2007).
[3] Igor Zutic, Alex Matos-Abiague, Benedikt Scharf, Hanan Dery, and Kirill Belashchenko, “Proximitized materials,” Mater. Today 22, 85 (2019).
[4] Cheng Gong and Xiang Zhang, “Two-dimensional magnetic crystals and emergent heterostructure devices,” Science 363, eaav4450 (2019).
[5] Hui Li, Shuangchen Ruan, and Yu-Jia Zeng, “Intrinsic Van Der Waals Magnetic Materials from Bulk to the 2D Limit: New Frontiers of Spintronics,” Adv. Mater. 31, 1900065 (2019).
[6] David L. Cortie, Grace L. Causer, Kirrily C. Rule, Helmut Fritzche, Wolfgang Kreuzpaintner, and Frank Klose, “Two-Dimensional Magnets: Forgotten History and Recent Progress towards Spintronic Applications,” Adv. Funct. Mater. 30, 1901414 (2019).
[7] Jing Li, Han-Bing Leng, Hailong Fu, Kenji Watanabe, Takashi Taniguchi, Xin Liu, Chao-Xing Liu, and Jun Zhu, “Superconducting proximity effect in a transparent van der waals superconductor-metal junction,” Phys. Rev. B 101, 195405 (2020).
[8] Raj Moriya, Naoto Yabuki, and Tomoki Machida, “Superconducting proximity effect in a NbSe$_2$/graphene van der waals junction,” Phys. Rev. B 101, 054503 (2020).
[9] Klaus Zollner, Martin Gmitra, Tobias Frank, and Jaroslav Fabian, “Theory of proximity-induced exchange coupling in graphene on hBN/(Co, Ni),” Phys. Rev. B 94, 155441 (2016).
[10] Klaus Zollner, Martin Gmitra, and Jaroslav Fabian, “Electrically tunable exchange splitting in bilayer graphene on monolayer Cr$_2$X$_2$Te$_6$ with X = Ge, Si, and Sn,” New J. Phys. 20, 073007 (2018).
[11] Klaus Zollner, Paulo E. Faria Junior, and Jaroslav Fabian, “Proximity exchange effects in MoSe$_2$ and WSe$_2$ heterostructures with CrI$_3$: Twist angle, layer, and gate dependence,” Phys. Rev. B 100, 085128 (2019).
[12] Klaus Zollner, Paulo E. Faria Junior, and Jaroslav Fabian, “Giant proximity exchange and valley splitting in transition metal dichalcogenide/hBN/(Co, Ni) heterostructures,” Phys. Rev. B 101, 085112 (2020).
[13] Martin Gmitra and Jaroslav Fabian, “Graphene on transition-metal dichalcogenides: A platform for proximity spin-orbit physics and optospintronics,” Phys. Rev. B 92, 155403 (2015).
[14] Martin Gmitra, Denis Kochan, Petra Högl, and Jaroslav Fabian, “Trivial and inverted Dirac bands and the emergence of quantum spin Hall states in graphene on transition-metal dichalcogenides,” Phys. Rev. B 93, 155104 (2016).
[15] Klaus Zollner and Jaroslav Fabian, “Single and bilayer graphene on the topological insulator Bi$_2$Se$_3$: Electronic and spin-orbit properties from first principles,” Phys. Rev. B 100, 165141 (2019).
[16] Klaus Zollner and Jaroslav Fabian, “Heterostructures of graphene and topological insulators bi$_2$se$_3$, bi$_2$te$_3$, and sb$_2$te$_3$,” physica status solidi (b) 258, 2000081 (2021).
[17] Kenan Song, David Soriano, Aron W. Cummings, Roberto Robles, Pablo Ordejón, and Stephan Roche, “Spin Proximity Effects in Graphene/Topological Insulator Heterostructures,” Nano Lett. 18, 2033 (2018).
Ahmet Avsar, Dmitrii Umuchek, Jiawei Liu, Oriol Lopez Sanchez, Kenji Watanabe, Takashi Taniguchi, Barabara Ozylilmaz, and Andras Kis, “Optospintronics in Graphene via Proximity Coupling,” ACS Nano 11, 11678 (2017).

Tâliâ S Ghiasi, Alexey A Kaverzin, Patrick J Blah, and Bart J van Wees, “Charge-to-Spin Conversion by the Rashba–Edelstein Effect in Two-Dimensional van der Waals Heterostructures up to Room Temperature,” Nano Lett. 19, 5959 (2019).

L Antonio Benitez, Williams Savero Torres, Juan F Sierra, Matías Timmermans, Jose H Garcia, Stephan Roche, Marius V Costache, and Sergio O Valenzuela, “Tunable room-temperature spin galvanic and spin Hall effects in van der Waals heterostructures,” Nat. Mater. 19, 170 (2020).

Yunqiu Kelly Luo, Jinsong Xu, Tiantong Zhu, Quanzhong Wu, Elizabeth J. McCormick, Wenbo Zhan, Mahesh R. Neupane, and Roland K. Kawakami, “Opto-valleytronic spin injection in monolayer MoS2/few-layer graphene hybrid spin valves,” Nano Lett. 17, 3877 (2017).

Yuan Cao, Valla Fatemi, Shiang Fang, Kenji Watanabe, Takashi Taniguchi, Efthimios Kaxiras, and Pablo Jarillo-Herrero, “Unconventional superconductor in magic-angle graphene superlattices,” Nature 556, 43 (2018).

Yuan Cao, Valla Fatemi, Ahmet Demir, Shiang Fang, Spencer L. Tomarken, Jason Y. Luo, Javier D. Sanchez-Yamagishi, Kenji Watanabe, Takashi Taniguchi, Efthimios Kaxiras, Ray C. Ashoori, and Pablo Jarillo-Herrero, “Correlated insulator behaviour at half-filling in magic-angle graphene superlattices,” Nature 556, 80 (2018).

Harpreet Singh Arora, Robert Polski, Yiran Zhang, Alex Thomson, Youngjoon Choi, Hyunjin Kim, Zhong Lin, Ilham Zaiky Wilson, Xiaodong Xu, Jiun-Haw Chu, et al., “Superconductivity without insulating states in twisted bilayer graphene stabilized by monolayer WSe2,” arXiv:2002.03003 (2020).

Petr Stepanov, Ipsita Das, XiaoBo Lu, Ali Fahimniya, Kenji Watanabe, Takashi Taniguchi, Frank HL Koppens, Johannes Lischner, Leonid Levitov, and Dmitri K Efetov, “Untying the insulating and superconducting orders in magic-angle graphene,” Nature 583, 375–378 (2020).

Xiaobo Lu, Petr Stepanov, Wei Yang, Ming Xie, Mohammed Ali Aamin, Ipsita Das, Carles Urgell, Kenji Watanabe, Takashi Taniguchi, Guangyu Zhang, et al., “Superconductors, orbital magnets and correlated states in magic-angle bilayer graphene,” Nature 574, 653–657 (2019).

Aaron L. Sharpe, Eli J. Fox, Arthur W. Barnard, Joe Finney, Kenji Watanabe, Takashi Taniguchi, M. A. Kastner, and David Goldhaber-Gordon, “Emergent ferromagnetism near three-quarters filling in twisted bilayer graphene,” Science 365, 605–608 (2019).

Rebeca Ribeiro-Palau, Changjian Zhang, Kenji Watanabe, Takashi Taniguchi, James Hone, and Cory R. Dean, “Twistable electronics with dynamically rotatable heterostructures,” Science 361, 690–693 (2018).

Martin Gmitra and Jaroslav Fabian, “Proximity Effects in Bilayer Graphene on Monolayer WSe2: Field-Effect Spin Valley Locking, Spin-Orbit Valve, and Spin Transistor,” Phys. Rev. Lett. 119, 146401 (2017).

Julia Amann, Tobias Volkl, Denis Kochan, Kenji Watanabe, Takashi Taniguchi, Jaroslav Fabian, Dieter Weiss, and Jonathan Eroms, “Gate-tunable spin-orbit-coupling in bilayer graphene-wse2 heterostructures,” (2021), arXiv:2012.05718 [cond-mat.mes-hall].

Klaus Zoller, Martin Gmitra, and Jaroslav Fabian, “Swapping exchange and spin-orbit coupling in 2d van der waals heterostructures,” Phys. Rev. Lett. 125, 196402 (2020).

Jiang-Xiazi Lin, Ya-Hui Zhang, Erin Morissette, Zhi Wang, Song Liu, Daniel Rhodes, K. Watanabe, T. Taniguchi, James Hone, and J. I. A. Li, “Proximity-induced spin-orbit coupling and ferromagnetism in magic-angle twisted bilayer graphene,” arXiv:2102.05666 (2021).

Dongying Wang, Shi Che, Guixin Cao, Rui Lu, Kenji Watanabe, Takashi Taniguchi, Chun Ning Lau, and Marc Bockrath, “Quantum Hall Effect Measurement of Spin–Orbit Coupling Strengths in Ultraclean Bilayer Graphene/WSe2 Heterostructures,” Nano Lett. 19, 7028 (2019).

J. O. Island, X. Cui, C. Lewandowski, J. Y. Khoo, E. M. Spanton, H. Zhou, D. Rhodes, J. C. Hone, T. Taniguchi, K. Watanabe, L. S. Levitov, M. P. Zaletel, and A. F. Young, “Spin-orbit-driven band inversion in bilayer graphene by the van der Waals proximity effect,” Nature 571, 85 (2019).

C. Cardoso, D. Soriano, N. A. Garcia-Martinez, and J. Fernandez-Rossier, “Van der Waals Spin Valves,” Phys. Rev. Lett. 121, 067701 (2018).

Priya Tiwari, Saurabh Kumar Srivastav, and Awek Bid, “Electric-field-tunable valley zeeman effect in bilayer graphene heterostructures: Realization of the spin-orbit valve effect,” Phys. Rev. Lett. 126, 096801 (2021).

Amol Nimbalkar and Hyunmin Kim, “Opportunities and challenges in twisted bilayer graphene: a review,” Nano-Micro Letters 12, 126 (2020).

S. R. Bahn and K. W. Jacobsen, “An object-oriented scripting interface to a legacy electronic structure code,” Comput. Sci. Eng. 4, 56 (2002).

Koichi Momma and Fujio Izumi, “VESTA3 for three-dimensional visualization of crystal, volumetric and morphology data,” J. Appl. Cryst. 44, 1272 (2011).

W. J. Schutte, J. L. De Boer, and F. Jellinek, “Crystallographic, magnetic and electronic structures of a new layered ferromagnetic compound Cr2Ge2Te6,” J. Solid State Chem. 70, 207 (1987).

V. Carteaux, D Brunet, G Ouvrard, and G Andre, “Cry stallographic, magnetic and electronic structures of a new layered ferromagnetic compound Cr2Ge2Te6,” J. Phys.: Condens. Mat. 7, 69 (1995).

P. Hohenberg and W. Kohn, “Inhomogeneous Electron Gas,” Phys. Rev. 136, B864 (1964).

Paolo Giannozzi, Stefano Baroni, Nicola Bonini, Matteo Calandra, Roberto Car, Carlo Cavazzoni, Davide Ceresoli, Guido L Chiarotti, Matteo Cococcioni, Ismaila Dabo, Andrea Dal Corso, Stefano de Gironcoli, Stefano Fabris, Guido Fratesi, Ralph Gebauer, Uwe Gerstmann, Christos Gougoussis, Anton Kovalj, Michele Lazzeri, Layla Martin-Samos, Nicola Marzari, Francesco Mauri, Riccardo Mazzarello, Stefano Paolini, Alfredo
Pasquarello, Lorenzo Paulatto, Carlo Sbraccia, Sandro Scandolo, Gabriele Scaluzo, Ari P Seitsonen, Alexander Smogunov, Paolo Umari, and Renata M Wentzcovitch, “QUANTUM ESPRESSO: a modular and open-source software project for quantum simulations of materials,” J. Phys.: Cond. Mat. 21, 395502 (2009).

[45] G. Kresse and D. Joubert, “From ultrasoft pseudopotentials to the projector augmented-wave method,” Phys. Rev. B 59, 1758 (1999).

[46] John P. Perdew, Kieron Burke, and Matthias Ernzerhof, “Generalized Gradient Approximation Made Simple,” Phys. Rev. Lett. 77, 3865 (1996).

[47] Cheng Gong, Lin Li, Zhenglu Li, Huiwen Ji, Alex Stern, Yang Xia, Ting Cao, Wei Bao, Chenzhe Wang, Yuan Wang, Z. Q. Qiu, R. J. Cava, Steven G. Louie, Jing Xia, and Xiang Zhang, “Discovery of intrinsic ferromagnetism in two-dimensional van der Waals crystals,” Nature 546, 265 (2017).

[48] Stefan Grimme, “Semiempirical GGA-type density functional constructed with a long-range dispersion correction,” J. Comput. Chem. 27, 1787 (2006).

[49] Vincenzo Barone, Maurizio Casarin, Daniel Forrer, Michele Pavone, Mauro Sambi, and Andrea Vittadini, “Role and effective treatment of dispersive forces in materials: Polyethylene and graphite crystals as test cases,” J. Comput. Chem. 30, 934 (2009).

[50] Lennart Bengtsson, “Dipole correction for surface super-cell calculations,” Phys. Rev. B 59, 12301 (1999).

[51] S. Konschuh, M. Gmitra, D. Kochan, and J. Fabian, “Theory of spin-orbit coupling in bilayer graphene,” Phys. Rev. B 85, 115423 (2012).

[52] Xu-Dong Chen, Wei Xin, Wen-Shuai Jiang, Zhi-Bo Liu, Yongsheng Chen, and Jian-Guo Tian, “High-precision twist-controlled bilayer and trilayer graphene,” Advanced Materials 28, 2563–2570 (2016).

[53] Edward McCann and Mikito Koshino, “The electronic properties of bilayer graphene,” Rep. Prog. Phys. 76, 056503 (2013).

[54] Aron W. Cummings, Jose H. Garcia, Jaroslav Fabian, and Stephan Roche, “Giant Spin Lifetime Anisotropy in Graphene Induced by Proximity Effects,” Phys. Rev. Lett. 119, 206601 (2017).

[55] Bogdan Karpinski, Aron W. Cummings, Klaus Zollner, Marc Vila, Dmitrii Khokhriakov, Anamul Md Hoque, André Dankert, Peter Svedlindh, Jaroslav Fabian, Stephan Roche, and Saroj P. Dash, “Magnetic proximity in a van der Waals heterostructure of magnetic insulator and graphene,” 2D Mater. 7, 015026 (2019).